**Low Temperature Studies of Fe-Al and Ni-Al Mixed Oxide Nanoparticles**

Lewis Owen, Lorna Radford, Katharine Moore, David A. Jefferson

Email: lo250@cam.ac.uk

---

**Introduction**

- Fe-Al and Ni-Al mixed oxide nanoparticles were synthesized over a range of compositions (0-100% Al) via a resin-gel method.
- It was expected that Fe/Al and Ni/Al would form a defect spinel structure in solid solution, as observed in the bulk.
- Characterisation was carried out by powder X-ray diffraction (PXRD), transmission electron microscopy (TEM), and energy dispersive X-ray spectroscopy (EDS).

**Ni-Al Oxide Nanoparticles**

**PXRD:**

- PXRD identified only peaks corresponding to the bunsenite rocksalt structure. No additional peaks due to the spinel structure were observed.
- For the Al-rich end only an amorphous signal was observed.

**EDS and TEM:**

- EDS confirmed the synthesis of mixed metal oxides.
- Spherical structures of amorphous material were observed in the TEM, for Al-rich samples, that contained no distinguishable internal structure.
- Lattice planes identified in the images could be indexed to the bunsenite structure, with no additional peaks due to the spinel structure being observed, suggesting the relative stability of the bunsenite structure at low temperature.
- Crystals of pure NiO were identified in all Ni containing samples across the compositional range.

**Fe-Al Oxide Nanoparticles**

**PXRD:**

- Samples with under 40% Fe were identified as amorphous.
- Samples with over 40% Fe contained peaks corresponding to the spinel structure.
- Samples with over 80% Fe showed the presence of another phase with the hematite structure.
- Scherrer analysis estimated a particle size of 3-5 nm.

**EDS and TEM:**

- EDS confirmed the synthesis of mixed metal oxide nanoparticles.
- TEM micrographs suggested a particle size of 5-20 nm.
- Micrographs suggested that all of the samples contained amorphous material, but became more crystalline as the Fe content increased. The amorphous phase composition could not be determined due to the impossibility of single crystal EDS analysis.
- The phases found via EDS/TEM agreed with observations from PXRD, and are summarized in Figure 7.

**Discussion**

- For the Ni-Al system, no lattice planes indicative of the spinel structure were observed. In the low temperature limit, the bunsenite structure forms preferentially owing to the tendency of NiO to occupy octahedral rather than tetrahedral sites.
- For the Fe-Al system, the spinel structure was observed for mixed oxide nanoparticles, but at high Fe content, another phase with the hematite structure also formed. Amorphous material was formed for all mixed systems.

**Resin-Gel Method**

1. Metal salts of Fe-Al and Ni-Al were dissolved in solution.
2. Polyethylene glycol (PEG, MW = 20,000) was added to solution in a 1:1 volume ratio.
3. The resin was dried in ambient conditions to form a waxy solid, then pyrolyzed.
4. Samples were calcined under flowing O2 (Fe-Al 500 °C; Ni-Al 400 °C) for 1 week.

---

**References**


The authors gratefully acknowledge financial support from the EPSRC.